UNIVERSITI PUTRA MALAYSIA

SYNTHESIS AND PHYSICOCHEMICAL INVESTIGATIONS OF TEMPLATED AND COMPOSITE ZINC OXIDE

WAN HAIZUM BINTI WAN NOR AZMIN

FS 2011 7
SYNTHESIS AND PHYSICOCHEMICAL INVESTIGATIONS OF
TEMPLATED AND COMPOSITE ZINC OXIDE

By

WAN HAIZUM BINTI WAN NOR AZMIN

Thesis Submitted to the School of Graduate Studies, Universiti Putra Malaysia, in
Fulfilment of the Requirements of the Degree of Master of Science

February 2011
The diversity in shapes and dimensions as well as the hollow structures of zinc oxide (ZnO) from nano-to-microscale has attracted interests in its application as promising materials in driven to multifunctionality of performance and distinct domain of applications. Morphology-controlled synthesis of nano-to-micrometer dimensions of inorganic materials has become a routine in recent nanotechnology research efforts. Among several techniques attempted, templated synthesis approach is the most widespread route used by many scientists nowadays to prepare a wide variety of nanostructured and hollow-structured materials. However, this approach is usually complicated and requires stringent experimental conditions. Therefore, the use of microbial cells as templating agent is highly appealing. Nonetheless, to develop this facile and environmental-friendly method in preparing metal oxide particles still remains an insignificantly explored discipline. Another challenge in this materials research is also to find a proper way to overcome over the aggregation/agglomeration of ZnO
particles with a minimum of chemicals used and more environmental-friendly products are produced.

Nano- and micro-structured ZnO with specific shapes and dimensions was synthesized via hydrothermal method using live and dead Bacillus cereus bacterium as a biotemplating agent, without adjusting the pH of the system. ZnO particles with raspberry-, plate- and hollow rod-like particles have been successfully synthesized through this method and possible mechanism on the formation of ZnO structures have been proposed. Various volume ratios of metal ion solutions with respect to the bacterial suspensions have been studied to investigate their effects on the morphology architecture of ZnO nano/microparticles. Volume ratio at 20:10 was observed to be the optimum condition for biochemistry process to occur in the live bacterial cell for the formation of well-ordered ZnO nanostructures. On the other hand, volume ratio of 10:10 was found to be the ideal concentration for the construction of perfect hollow rod-like ZnO microparticles.

The calcined sample of ZnO obtained from the biochemistry process occurring in live bacterial cell; shows that the raspberry-like structure is composed of 20-30 nm nodules and the plate-like structure has the thickness of about 25 nm as confirmed by FESEM micrographs. AFM 3D topographies and FT-IR elucidation confirmed that the reaction had occurred between free Zn$^{2+}$ cations and the deprotonated outer bacterial surface functional groups. The ZnO synthesized using dead bacterial cell as the biotemplating agent shows that the ZnO has nucleated on the dead B. cereus cell body during the hydrothermal reaction, before the sample was subjected to the heat treatment at 500 °C.
These results show that the size and shape of the ZnO nano/microstructures would depend on the organelles that the zinc species were templated on and amount of zinc species introduced into the bacterial suspension system.

Another topic investigated is the study on the behaviour of ZnO particles aggregation/agglomeration in ZnO/PVA polymer composite films prepared at various % (w/v) of PVA and different mass ratios of ZnO powder to PVA polymer without the use of organic capping agent as particle stabilizer. Several ZnO to polymer mass ratios have been prepared using commercial ZnO powder and water-soluble polymer, polyvinyl alcohol (PVA) via solution casting method. The thermal analyses (TGA-DTG and DSC) show that the thermal stability of polymer, PVA deteriorated after embedding ZnO particles and become significant when higher ZnO amount was incorporated into PVA matrix. From XRD of ZnO/PVA composite films, the observed diffraction intensities of ZnO and PVA phases were found to be depending on the particles aggregation and the contents of ZnO powder and PVA polymer. The band gap energy, $E_g$ of the composite films obtained by UV-Vis analysis was found to decrease when the ZnO and PVA contents increased. This may be due to the formation of larger ZnO particles because of the high tendency of the particles to aggregate together. In addition, the possibility of ZnO particles could be well-dispersed inside PVA matrix is promising at relatively low ZnO and PVA contents. This was confirmed by visualization of ZnO distribution in the mass ratio of ZnO to PVA at 1:30 in 1% PVA matrix through TEM and ESEM micrographs.
Abstrak tesis yang dikemukakan kepada Senat Universiti Putra Malaysia sebagai memenuhi keperluan untuk ijazah Master Sains

SINTESIS DAN KAJIAN FIZIKOKIMIA KE ATAS TEMPLAT DAN KOMPOSIT ZINK OKSIDA

Oleh

WAN HAIZUM BINTI WAN NOR AZMIN

Februari 2011

Pengerusi: Profesor Mohd Zobir Bin Hussein, PhD

Fakulti: Sains

Kepelbagaian dalam dimensi dan struktur berongga bagi nano/mikrostruktur zink oksida (ZnO) telah menjadikan bahan ini sebagai bahan penting dalam pelbagai aplikasi dan fungsi. Oleh kerana itu, kaedah kawal-morfologi dalam sintesis nano/mikrostruktur bagi sesuatu bahan tak organik telah menjadi satu rutin dalam usaha penyelidikan nanoteknologi masa kini. Di antara teknik-teknik yang biasa digunakan oleh para saintis adalah pendekatan secara sintesis templat yang ternyata sukar dan selalunya memerlukan keadaan eksperimen yang ekstrim. Maka, penggunaan sel mikrob sebagai agen templat adalah sangat menarik perhatian. Walau bagaimanapun, bagi membangunkan kaedah yang mudah dan mesra alam ini dalam sintesis partikel logam oksida masih belum dikaji sepenuhnya. Cabaran lain yang juga dihadapi dalam penyelidikan ini adalah untuk mencari penyelesaian yang sesuai bagi mengatasi masalah agregasi/aglomerasi partikel ZnO dengan menggunakan bahan kimia pada kadar yang minima disamping dapat menghasilkan produk yang lebih mesra alam.
Dalam kajian ini, sintesis bagi spesifik bentuk dan dimensi nano/mikrostruktur ZnO adalah melalui kaedah hidrotermal mudah dengan menggunakan sel hidup dan sel mati bakteria *Bacillus cereus* sebagai agen biotemplat. pH sistem dalam sintesis ini dikekalkan sepanjang eksperimen dijalankan. Partikel ZnO dengan struktur rasberi, plat, dan rod berongga telah berjaya disintesis melalui kaedah ini dan mekanisme yang mungkin bagi pembentukan struktur-struktur partikel ZnO ini telah dicadangkan. Beberapa nisbah isipadu larutan ion logam kepada larutan ampaian bakteria telah dikaji kesannya terhadap pembentukan morfologi nano/mikropartikel ZnO. Nisbah isipadu pada 20:10 adalah merupakan keadaan optimum bagi proses biokimia berlaku di dalam sel bakteria hidup bagi pembentukan lengkap nanostruktur ZnO. Manakala nisbah isipadu pada 10:10 adalah merupakan kepekatan yang sesuai bagi pembentukan sempurna struktur berongga mikropartikel ZnO. Partikel ZnO hasil daripada sintesis ini telah dilakukan penciriannya dengan menggunakan kaedah XRD, SEM, FESEM, AFM, TEM, dan FT-IR.

Berdasarkan data-data yang dikumpul, ZnO yang diperoleh daripada proses biokimia yang berlaku di dalam sel bakteria hidup setelah dikalsin, ZnO dengan struktur rasberi adalah didapati terbentuk daripada nodul-nodul yang bersaiz antara 20-30 nm dan struktur plat pula mempunyai ketebalan lebih kurang 25 nm setelah dilakukan pencirian FESEM. Topografi AFM dan analisis FT-IR telah membuktikan bahawa tindakbalas antara kation zink bebas dan kumpulan berfungsi daripada permukaan bakteria yang telah ternyahproton adalah berlaku. Manakala ZnO yang diperoleh daripada sel bakteria mati, analisis melalui XRD dan pemetaan EDX menunjukkan bahawa ZnO telah nukleat di sekeliling badan sel bakteria mati ketika tindakbalas hidrotermal, sebelum sampel ini
dipanaskan pada 500 °C. Keputusan-keputusan yang diperoleh ini telah mendedahkan bahawa pembentukan struktur nano/mikrostruktur ZnO banyak bergantung kepada kawasan di mana spesis zink menempel pada organel bakteria dan kuantiti larutan ion zink yang diletakkan ke dalam sistem larutan ampaian bakteria.

Topik lain yang juga dikaji dalam kajian ini adalah kajian atas sifat aggregasi/aglomerasi partikel ZnO di dalam filem komposit ZnO/PVA tanpa menggunakan agen penyadur organik. Beberapa nisbah jisim filem komposit ZnO/polimer telah disediakan melalui kaedah larutan kasting dengan menggunakan komersil partikel ZnO dan polimer larut-air, polivinil alkohol (PVA). Penyiasatan ke atas ciri-ciri optik, terma, dan mekanikal termasuk kemungkinan partikel ZnO boleh diadakan secara homogenos dalam matriks polimer telah dilakukan. Analisis terma (TGA-DTG, DSC) menunjukkan bahawa keseimbangan terma bagi polimer PVA merosot setelah dimasukkan partikel ZnO dan kesannya semakin ketara apabila kuantiti ZnO yang dimasukkan ditambah. XRD bagi filem komposit ZnO/PVA memperlihatkan bahawa kekuatan pembelauan bagi fasa ZnO dan PVA berubah mengikut perubahan agregasi partikel apabila kuantiti ZnO dan PVA yang terlibat diubah. Manakala nilai tenaga leluang jalur, \( E_g \) yang ditentukan daripada spectra UV-Vis mengalami penurunan apabila kuantiti ZnO dan PVA ditambah. Hal ini adalah disebabkan partikel-partikel ZnO yang besar terbentuk akibat kecenderungan partikel untuk beragregasi tinggi. Selain itu, kemungkinan partikel ZnO boleh disebarkan di dalam matriks PVA adalah tinggi pada kuantiti ZnO dan PVA yang amat rendah setelah dilakukan pencirian ESEM dan TEM ke atas sampel nisbah jisim ZnO:PVA, 1:30 di dalam matriks 1% PVA.
ACKNOWLEDGEMENT

In the name of Allah, the Most Gracious, the Most Merciful. Only by His help, blessings and guidance, this master project and thesis can be completed. And praise is upon Muhammad S.A.W who his guidance has leaded us to the path whom God has favored.

First and foremost, I would like to take this opportunity to extend my sincere gratitude and deepest appreciation to my dedicated supervisor, Professor Dr. Mohd. Zobir bin Hussein. His excellent supervision and superb support have been instrumental throughout my master study. He showed me different ways to approach a research problem and the need to be persistent to accomplish any goal. This has enabled me to gain various experiences and knowledge about the project that I have been handling for the whole semesters. Special thanks and appreciation are due to my co-supervisor Dr. Muskhazli bin Mustafa for his advice, constructive suggestions, positives critics, encouragements, and providing a full-equipped laboratory at Plant Systematic & Microbe Laboratory, Department of Biology for bacteria cell culture and study. I wish to express my sincere thanks to Associate Prof. Dr. Asmah binti Hj. Yahaya and Professor Dr. Karen Anne Crouse for their kind help, invaluable guidance and support throughout my study.

The financial support of this research by MOSTI (Ministry of Science, Technologies and Innovation) Grant No. 0301-04-SF0120 is gratefully acknowledged. I would like to thank School Graduates of Studies, Universiti Putra Malaysia for Graduate Research Fellowship (GRF).

I wish to extend my almost gratitude to all Microscopy Unit staffs of Institute of Bioscience, En Rafi, kak Ida, kak Farah, Mr Ho, kak Aini, kak Aminah, and kak
Zahidah for their great assistance in SEM and TEM imaging including their precious guidance in processing the biological and materials samples for an electron microscopy imaging. Special appreciation goes to En Danial from International Islamic University Malaysia (UIAM) and Dr Siti Halimah binti Sarijo from University Technology MARA (UiTM) for their endless encouragement and kind hearted accepting my samples for FESEM imaging. My appreciation also goes to ITMA officers, kak Sarinawani and En Kadri for their assistance in handling UV-Vis instrument, and kak Rosnah for helping me to operate the hydrothermal oven. My sincere thanks to all Chemistry and Physics Department, Faculty of Science, kak Rusnani, kak Dina, kak Gina, En Narzari, En Zainal, En Abbas, and En Mat Shah for always giving a hands whenever in need. I am also greatly indebted to Master students and lab staffs from Plant Systematic & Microbe Laboratory, kak Nurul Shahfiza, kak Sali, and En Lan who have teach me to culture and how to deal with microbes. Thank you to Then, Dr. Zaki PhD student for allowed me to send the samples for mechanical characterization.

I am extremely grateful to my fellow colleagues from UPM: Ahmad Mustaza, Teo Sook Liang, Ing Yah Chzeh, Koo Chee Siong, Alvin, Yuen Mei Lian, Sook Keng, Lim Ying Chin, kak Dila, kak Yati, kak Ikin, kak Faiza, Jeffri, Zahiri, Basyar, Shazlyn, Salwani Asyikin, Nita, and everyone in chemistry department for their support, understanding and co-operation besides being good friends. Also special thanks extend to kak Raihan, kak Masnita and kak Madihah from UiTM for their assistance and help.

Last, but not least, I would like to thank both my beloved parents and my family who have given me tremendous support, understanding and patience during the entire period of my project. Without their encouraging words, it is impossible for me to carry on this training since the first day I started my study.
I certify that a Thesis Examination Committee has met on **25 February 2011** to conduct the final examination of Wan Haizum Binti Wan Nor Azmin on her thesis entitled “**Synthesis and Physicochemical Investigations of Templated and Composite Zinc Oxide**” in accordance with the Universities and University Colleges Act 1971 and the Constitution of the Universiti Putra Malaysia [P.U.(A) 106] 15 March 1998. The Committee recommends that the student be awarded the Master of Science.

Members of the Examination Committee are as follows:

**Md. Jelas Haron, PhD**  
Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Chairman)

**Shuhaimi Mustafa, PhD**  
Associate Professor  
Halal Products Research Institute  
Universiti Putra Malaysia  
(Internal Examiner)

**Mohd Basyaruddin Abdul Rahman, PhD**  
Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Internal Examiner)

**Madzlan Aziz, PhD**  
Professor  
Faculty of Science  
Universiti Teknologi Malaysia  
Malaysia  
(External Examiner)

**NORITAH OMAR, PhD**  
Associate Professor Dr / Deputy Dean  
School of Graduates Studies  
Universiti Putra Malaysia

Date:
This thesis was submitted to the Senate of Universiti Putra Malaysia and has been accepted as fulfilment of the requirement for the degree of Master of Science. The members of the Supervisory Committee were as follows:

**Mohd Zobir bin Hussein, PhD**  
Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Chairman)

**Muskhazli bin Mustafa, PhD**  
Associate Professor  
Faculty of Science  
Universiti Putra Malaysia  
(Member)

---

**HASANAH MOHD GHAZALI, PhD**  
Professor and Dean  
School of Graduate Studies  
Universiti Putra Malaysia

Date:
DECLARATION

I declare that the thesis is my original work except for quotations and citations, which have been duly acknowledged. I also declare that it has not been previously, and is not concurrently, submitted for any other degree at Universiti Putra Malaysia or at any other institution.

WAN HAIZUM BINTI WAN NOR AZMIN

Date: 25 February 2011
TABLE OF CONTENTS

<table>
<thead>
<tr>
<th>Section</th>
<th>Page</th>
</tr>
</thead>
<tbody>
<tr>
<td>ABSTRACT</td>
<td>ii</td>
</tr>
<tr>
<td>ABSTRAK</td>
<td>v</td>
</tr>
<tr>
<td>ACKNOWLEDGEMENT</td>
<td>viii</td>
</tr>
<tr>
<td>APPROVAL SHEETS</td>
<td>x</td>
</tr>
<tr>
<td>DECLARATION</td>
<td>xii</td>
</tr>
<tr>
<td>LIST OF TABLES</td>
<td>xiv</td>
</tr>
<tr>
<td>LIST OF FIGURES</td>
<td>xv</td>
</tr>
<tr>
<td>LIST OF ABBREVIATIONS</td>
<td>xx</td>
</tr>
</tbody>
</table>

CHAPTER

1 INTRODUCTION

1.1 Green Chemistry Synthesis 1
1.2 Hydrothermal-templating Synthesis 2
  1.2.1 Biological Template against Chemical Template in Morphology-controlled Synthesis 2
  1.2.2 *Bacillus cereus* as a Biological Template in Hydrothermal Synthesis 3
1.3 Inorganic-polymer Composite Film 5
  1.3.1 Overview 5
  1.3.2 The Dispersability of Inorganic Particles in Polymer Matrix 6
  1.3.3 ZnO Powder and PVA Polymer as Precursor in the Formation of ZnO/PVA Composite Films 7
1.4 Statement of Problems 9
1.5 Significance of the Study 11
1.6 Scope of the Study 14
1.7 Objectives of the Study 16

2 LITERATURE REVIEW

2.1 Hydrothermal Synthesis 17
2.2 Biotemplated Approaches in Inorganic Material Synthesis 18
  2.2.1 Bacteria as a Biotemplating Agent 19
  2.2.2 Other Microorganisms in the Bio-assisted Synthesis of Inorganic Materials 24
  2.2.3 Other Biological Sources as Biotemplates 25
2.3 Development of ZnO-Polymer Composite 28
  2.3.1 Composite Thin Films 27
  2.3.2 Composite Particles 32
  2.3.3 Composite Membranes/Peeled Films 34
  2.3.4 Determination of Optical Energy, $E_g$ of Powder and Composite Film Samples 36
2.4 Industrial Applications 38
  2.4.1 Microorganisms in Biotechnological Processes 38
2.4.2 Morphological and Size Variations in ZnO Structures 40
2.4.3 ZnO Embedded in Polymer Matrix 43

3 METHODOLOGY
3.1 Synthesis of ZnO in the Presence of Biotemplating Agent 48
3.1.1 Materials 48
3.1.2 Biomaterials 49
3.1.3 Preparation of ZnO without the Presence of Biotemplating Agent 49
3.1.4 Preparation of ZnO in the Presence of Living and Dead Biomass of Bacillus cereus as a Biotemplating Agent 49
3.2 Formation of ZnO with Polyvinyl Alcohol (PVA) Polymer Composite Films 52
3.2.1 Materials 52
3.2.2 Preparation of PVA and its Composite Films 52
3.3 Characterization 53
3.3.1 X-Ray Diffraction Analysis 53
3.3.2 Scanning Electron Microscopy 54
3.3.3 Field Emission Scanning Electron Microscopy 55
3.3.4 Transmission Electron Microscopy 55
3.3.5 Atomic Force Microscopy 57
3.3.6 Fourier Transform Infra Red Spectroscopy 58
3.3.7 Environmental Scanning Electron Microscopy 59
3.3.8 Ultraviolet - Visible Light Spectroscopy 60
3.3.9 Mechanical Properties 61
3.3.10 Thermogravimetric - Differential Thermogravimetric Analysis 62
3.3.11 Differential Scanning Calorimetry 63

4 RESULTS AND DISCUSSIONS
4.1 Synthesis of ZnO via Hydrothermal Method in the Presence of Biotemplating Agent 65
4.1.1 The Estimation on the Growth of Bacterial Population 65
4.1.2 Live Bacillus cereus cell as Biotemplating Agent 66
4.1.3 Dead Bacillus cereus cell 91
4.1.4 Conclusion 112
4.2 Formation of ZnO - Polyvinyl Alcohol (PVA) Polymer Composite Films 114
4.2.1 Powder X-Ray Diffraction Study 114
4.2.2 Morphological Investigation 127
4.2.3 Optical Properties 133
4.2.4 Mechanical Testing 147
4.2.5 Thermal Studies 158
4.2.6 Functional Groups Elucidation by Fourier-Transform Infrared Spectroscopy 167
4.2.7 Conclusion 171

5 SUMMARY, GENERAL CONCLUSION AND RECOMMENDATION FOR FUTURE RESEARCH 173